# C oarsening D ynam ics of Biaxial N em atic Liquid C rystals 

N. V. P riezjev and Robert A. Peloovits<br>D epartm ent of P hysics, B rown U niversity, P rovidence, R I 02912


#### Abstract

W e study the coarsening dynam ics of two and three dim ensional biaxial nem atic liquid crystals, using Langevin dynam ics. Unlike previous work, we use a model with no a priori relationship am ong the three elastic constants associated $w$ ith director deform ations. $W$ e nd a rich variety of coarsening behavior, including the sim ulataneous decay of nearly equal populations of the three classes of half\{ integer disclination lines. T he behavior we observed can be understood on the basis of the relative values of the elastic constants and the resulting decay channels of the defects.


PACS num bers: $64.70 \mathrm{M} \mathrm{d}, 61.30 \mathrm{Jf}$

Topologicaldefects play an im portant role in the equilibration process follow ing a quench from a disordered to an ordered phase (\coarsening dynam ics"). C oarsening dynam ics in nem atic liquid crystals, particularly w ith uniaxial ordering, has been the sub ject of $m$ uch active investigation in recent years in theory, experim ents and sim ulations $[1,2,3,4]$, in part because of the rich defect structure of liquid crystals. O $n$ the other hand, relatively little attention (w ith the exception of the tw o \{dim ensionalwork of Ref. [2]) has been paid to coarsening dynam ics in biaxial liquid crystals, in part because of the dearth of experim ental realizations ofbiaxial liquid crystalline phases. H ow ever, biaxial nem atics have $m$ any unusual topological features, which $m$ ight be expected to in uence their coarsen ing dynam ics and thus warrant study. B iaxial nem atics di er from their uniaxial countenparts in that they possess four topologically distinct classes of line defects (disclinations), while possessing no stable point defects (except in tw o dim ensions where the line defects reduce to points) 5,6$]$. T he classes of disclination lines are distinguished by the rotation of the long and short axes of the rectangular building blocks of the system. In the rst three classes one of the three axes is uniform ly ordered, while the rem aining tw o axes rotate by 180 about the core of the defect. T he fourth class consists of 360 rotations of tw o of the three axes. The disclination lines form closed loops in three dim ensions (w ith a single defect class per loop) or form a netw ork where three lines, each from a di erent class m eet at junction points [7]. The fundam ental hom otopy group of biaxial nem atics is non $\{A$ belian leading to a num ber of interesting consequences. E.g., the m erging of tw o defects will depend on the path they follow, and two 180 disclinations of di erent types will be connected by a 360 \um bilical" cord after crossing each other [8].

Zapotocky et al. [2] studied coarsening dynam ics in a tw o\{dim ensionalm odel ofbiaxial nem atics, utilizing a cell\{ dynam ical schem e applied to a Landau $\{G$ in zburg $m$ odel, where the gradient portion of the energy was given by:

$$
\begin{equation*}
F_{\text {grad }}=\frac{1}{2} \mathrm{M}(@ Q)(@ Q): \tag{1}
\end{equation*}
$$

$H$ ere $M$ is a coupling constant, and $Q$ is the sym $m$ etric\{traceless nem atic order param eter tensor. Repeated indioes are sum $m$ ed over; in the case of a two\{dim ensional nem atic, is summed over $x$ and $y$, while and are sum $m$ ed over $x ; y$ and $z$. Zapotocky et al. found that of the four topologically distinct classes of disclinations, only tw o classes (both corresponding to \half-integer" lines, i.e., 180 rotations) were present in large num bers at late tim es. Subsequently, K obdajand $T$ hom as [9] show ed w ithin this one\{elastic constant approxim ation that one class of half\{ integer disclinations is alw ays energetically unstable tow ards dissociation into disclinations of the other tw o halff integer classes.

In this Letter we show that if one considers a m ore general gradient energy the coarsening dynam ics of biaxial nem atics is $m$ uch richer than what occurs $w$ th the above sim ple $m$ odel. In particular, $w$ ith appropriate sets of param eters one can obtain a coarsening sequence w ith all three classes of half\{ integer disclinations present in nearly equal num bers even at late tim es, or a sequence with only one class of half\{ integer disclinations surviving until late tim es. $W$ hen all three classes are present, the topology of the coarsening sequence in three dim ensions is $m$ arkedly di erent from the uniaxial case.

To understand why the m odel free energy of Eq. (1) is not general enough for coarsening studies, it is helpful to see what it yields for the director elastic constants. For biaxial nem atics there are three directors which form an orthonorm al triad of vectors u;v;w describing the alignm ent of the constituent \bridk \{like" m olecules. The tensor Q can be written in term $s$ of the orthonom al triad as:

$$
\begin{equation*}
Q \quad=S\left(w w \frac{1}{3}\right)+T(u \quad u \quad v v) ; \tag{2}
\end{equation*}
$$

where $S$ and $T$ are respectively the uniaxial and biaxial order param eters. If we insert Eq. (2) into Eq. (1), we nd [10]:
where

$$
\begin{align*}
\mathrm{K}_{\mathrm{u}} & =2 \mathrm{M}(\mathrm{~S}+\mathrm{T})^{2} \\
\mathrm{~K}_{\mathrm{v}} & =2 \mathrm{M}(\mathrm{~S} T)^{2} \\
\mathrm{~K}_{\mathrm{w}} & =8 \mathrm{M} \mathrm{~T}^{2} \tag{4}
\end{align*}
$$

Thus, there are three elastic constants $\mathrm{K}_{\mathrm{u}} ; \mathrm{K}_{\mathrm{v}} ; \mathrm{K}_{\mathrm{w}}$, each corresponding to one of the three classes of line defects. E ach class corresponds to rotations of tw o of the three vector elds $u$; $v ; w$, about the defect core, with the third vector of the triad undistorted. $W$ e denote the classes as follow $s[6,7]: C_{u}$ (u undistorted), $C_{w}$ ( $w$ undistorted), and $C_{v}$ ( $V$ undistorted). The energy of a defect in class $C_{i}, i=u ; v ; w$ is proportional to the elastic constant $K_{i} . N$ ote, how ever, that in the m odel speci ed by Eq. (1) only two of the three elastic constants are independent, as they are related as indicated in Eq. (4). In fact, the speci c relationship am ong the three elastic constants gives rise, as show $n$ in $R$ ef. [9], to the presence of only tw o defect classes at late tim es. Irrespective of the values of $S$ and $T M$ sim ply sets the overall scale of all three elastic constants), one of the three elastic constants is always greater than the other two, yielding a decay channel for the defect in the class $w$ ith the largest elastic constant.
$T$ here is no sym $m$ etry reason to restrict our attention to the $m$ odel free energy, Eq. (1). E ven if we neglect the elastic anisotropy associated w ith bend, splay and tw ist distortions, a biaxialnem atic should be described in general by three independent elastic constants, $\mathrm{K}_{\mathrm{u}} ; \mathrm{K}_{\mathrm{v}}$ and $\mathrm{K}_{\mathrm{w}}$ [10]. In term s of the order param eter tensor Q , this requires a term of third order in $\mathrm{F}_{\text {grad }}$ :

$$
\begin{equation*}
\mathrm{F}_{\text {grad }}=\frac{1}{2} \mathrm{M}(@ \mathrm{Q})(@ Q \quad)+\mathrm{LQ} \quad(@ Q \quad)(@ Q \quad) ; \tag{5}
\end{equation*}
$$

which upon substituting Eq. (2) yields the elastic constants:

$$
\begin{align*}
& K_{u}=2(M \quad(S+T)+L S T)(S+T) \\
& K_{v}=2(M \quad(S \quad T) \quad L S T)(S \quad T) \\
& K_{w}=4(2 M \quad L T) T^{2} \tag{6}
\end{align*}
$$

B ecause of the extra coupling constant $L$, there is no predeterm ined hierarchy am ong these elastic constants. Unlike the $m$ odel of Eq. (1) it is now possible $w$ ith appropriate choices of $S ; T$ and the ratio $L=M$ to have all three elastic constants equal (which w ill give rise as we dem onstrate below to a coarsening sequence w ith nearly equalpopulations of the three classes of halff integer defects), or have one constant sm aller than the rem aining tw o , yielding a coarsening sequence $w$ ith only one class of defects at late tim es, or recover the behavior seen in $R$ ef. [2].

To sim ulate the coarsening dynam ics of this general model of biaxial nem atics, we consider its lattice analog introduced by Straley [11]. In this model the interaction between two biaxial ob jects located at sites i and $j$ of a cubic lattice w ith orientations speci ed by the orthonom altriad u;v;w is given by:

$$
\begin{align*}
& \left.U_{i j}=\frac{3}{2}\left(w_{i} \quad W\right)^{2} \quad 2\left[\begin{array}{llll}
\left(u_{i}\right. & j u)^{2} & \left(v_{i}\right. & j\rangle
\end{array}\right)^{2}\right] \tag{7}
\end{align*}
$$

This m odel has a phase diagram $w$ th two uniaxial phases, one $w$ ith rodlike order (alignm ent of the $w$ vector eld), one w th discotic order (alignm ent of the $u$ vector eld) and a biaxial phase with alignm ent of all three vector elds [11, 12, 13].

The elastic constants em erging from Eq. (7) can be determ ined by considering the interaction betw een tw o ob jects which are aligned in tum along each of the three directions $u ; v ; w, w$ ith the results:

$$
\begin{align*}
& \mathrm{K}_{\mathrm{u}}=\frac{3}{2} \quad 2+\frac{1}{2} \\
& \mathrm{~K}_{\mathrm{v}}=\frac{3}{2}+2+\frac{1}{2} \\
& \mathrm{~K}_{\mathrm{w}}=2 \tag{8}
\end{align*}
$$

A $s$ in the continuum m odelEq. (3), the param eters ; and give rise to three independent elastic constants. Stability requires that $3+>4 j j$ and ; $>0$.

W e have sim ulated the coarsening dynam ics associated with Eq. (7) using Langevin dynam ics, expressing the three unit vectors $w, u$ and $v$ in term $s$ of Euler angles, and. The equations of $m$ otion are given by :

$$
\begin{align*}
\frac{\varrho_{i}}{\varrho t} & =\frac{@ U}{@}+R \quad(t) \\
\frac{@ \cos S_{i}}{@ t} & =\frac{@ U}{@ \cos i}+R \quad(t) \\
\frac{@ i}{@ t} & =\frac{@ U}{@_{i}}+R \quad(t) \tag{9}
\end{align*}
$$

$w$ here $U$ is the sum of $U_{i j}$ over the nearest\{neighbors of site $i$, is a dam ping coe cient and $R$ ( $t$ ); $R$ ( $t$ ) and $R$ ( $t$ ) are uncorrelated random them al noise souroes. Each of the random variables $R$ has a $G$ aussian distribution of variance $2 \mathrm{k}_{\mathrm{B}} \mathrm{T}=\mathrm{twhere} \mathrm{k}_{\mathrm{B}}, \mathrm{T}$ and t are Boltzm ann's constant, the tem perature and the tim e step respectively. W e $m$ easured time in units of (choosing $=1$ ), and used a tim estep $t=0: 0005$. A dynam icalequation forcos rather than $m$ ust be used in order to reach the correct equilibrium states [14]. W e veri ed that our dynam ical equations led to the sam e phase diagram produced by $M$ onte $C$ arlo sim ulations $[12,13]$.

As in previous num erical studies of defect behavior [15, 16], we introduce a disclination line segm ent counting operator,

$$
\left.D_{D_{i j k 1}}^{w} \quad \frac{1}{2}\left[\begin{array}{llllll}
1 & \operatorname{sgnf}\left(w_{i}\right. & w \tag{10}
\end{array}\right)\left(w_{j} \quad w\right)\left(w_{k} \quad w\right)\left(w_{1} \quad w\right) g\right]
$$

$w$ hich is unity if a disclination line segm ent pieroes the lattioe square de ned by the four vectors $\mathrm{w}_{\mathrm{i}} ; \mathrm{w}_{\mathrm{j}} ; \mathrm{w}_{\mathrm{k}}$ and $\mathrm{w}_{\mathrm{l}}$. $W$ e de ne analogous operators $D_{i j k l}^{u}$ and $D_{i j k 1}^{v}$ for the $u$ and $v$ vectors on this lattioe square. In principle either tw $o$ or none of the three operators should be unity for a given square, and thus we can assign the line segm ent to one of the classes $C_{u}, C_{v}$ or $C_{w}$. In practioe, we found a sm all num ber of squares where only one or all three operators were unity, an artifact of the discreteness of the underlying lattioe. W e obtained physically reasonable results by classifying the defects on the basis of the operators $D_{i j k l}^{u}$ and $D_{i j k l}^{w}$, assum ing that $D_{i j k l}^{v} w$ as unity only if one of the tw o form er operators w as unity. This procedure alw ays yielded closed defect loops in three dim ensions, a reasonable test of our algorithm. W e determ ined the location of the integer\{valued defects where either w or u (or both) rotate by 360 degrees using the algorithm ofR ef. [4] which provides an upper bound on these defects. W e found very few integer\{valued defects using this $m$ ethod, so a $m$ ore accurate algorithm is not needed.

W e quenched the system instantaneously from an initial con guration of random orientations of the three vectors u;v;w (i.e., a high tem perature state) to zero tem perature (a biaxially ordered state for all $\} 0$ ), and then let the system evolve in tim e according to the dynam icalequations (9) m onitoring the defect populations both visually and statistically. $W$ e studied the $m$ odel in both two and three dim ensions.

In agreem ent w ith our argum ents above regarding the elastic constants, we found three qualitatively distinct types of coarsening behavior depending on the values of and (we set $=1$ ). For 1 , and satisfying the stability requirem ent given after Eq. 8 defects of class $C_{w}$ are energetically favorable com pared to those of the other classes, and thu s only these form er defects survive until late tim es. For larger values of , but still less than 2 (w ith $>0$ ) we found defects belonging only to classes $C_{u}$ and $C_{w}$, consistent $w$ ith Eqs. (8), nam ely, $K_{v}>K_{u}+K_{w}$, and the results of $R$ ef. [2]. This regim e also inchudes the param eterization of Eq. (2) used in Refs. [12, 13], where $=4^{2}=3$ was chosen. In $F$ ig. 1 we show the total line length of defects in each of three classes as a function of tim after the quench. In $F$ ig. 2 we show a snapshot of the sim ulation cell late in the coarsening sequence. The $\mathrm{C}_{\mathrm{v}}$ class defects have disappeared and the $C_{u}$ and $C_{w}$ class defects rem ain as nonintersecting closed loops. W hen $<0$ and $<2 j$ j we have $K_{u}>K_{v}+K_{w}$, and we found, consistent $w$ th this inequality, only defects of classes $C_{v}$ and $C_{w}$ at late tim es. We found no apparent line crossings, entanglem ents or junction points (the latter obviously would require three classes of defects). T he tw o classes of loops appear to coarsen independently, as can be seen in the anim ations on our web site [17].

The most interesting and novel coarsening sequence occurs when $=0$ and $=1$. For these param eters Eq. (8) im plies that all three elastic constants are equal, and we found a coarsening sequence w th nearly equal populations of the three defects. This behavior persists over a range of param eters $10: 5$ and $0 \quad 0: 2$. The coarsening sequence for these param eter values is particularly interesting in three dim ensions. Soon after the quench a uniform netw ork of junction points where three disclination lines (one from each of the three halff integer classes) $m$ eet is form ed. These junction points are illustrated in Fig. 3 at late tim es after the quench. The junction points are
distributed in a nearly uniform fashion throughout the sim ulation cell, and the distance between neighboring points grow s on average w ith tim e [17]. The total line length of each of the three classes are nearly equal throughout the coarsening process (see Fig. 4). W hen the distance betw een neighboring junction points becom es com parable w ith the size of the sim ulation cell (see Fig. 3), the coarsening process is im peded. T he nalannihilation of the disclination lines can only occur via the shrinkage of individual loops. The form ation of loops requires that som e pairs of neighboring junction points approach each other, shrinking the line joining them while possibly increasing the length of the other tw o disclination lines attached to the pair of junction points. U ltim ately, the pair of junction points m eet at a \pinch point", where four disclination line segm ents corresponding to two defect classes $m$ eet. Subsequently the four line segm ents dissociate into tw o nonintersecting single class line segm ents as can be seen in our anim ations [17]. W hen this process has occured a su cient num ber of tim es, individual disclination loops are form ed which then shrink independently.

In conclusion, we have show $n$ that the coarsening dynam ics ofbiaxialnem atics is very rich, w ith late tim e behavior govemed by either one, tw o or three classes of half\{ integer line defects, depending on the param eters of the system. W hen all three classes are present, a netw ork of junction points is form ed and a novel coarsen ing sequence occurs.

W e thank S.C . Y ing, J.M .K osterlitz and M. Zapotocky for helpfuldiscussions, and G.B.Loriot for com putational assistance. This w ork was supported by the N ationalScience Foundation under grant D M R \{9873849. C om putational work in support of this research was perform ed at B row $n$ U niversity's $T$ heoretical $P$ hysics $C$ om puting Facility.
[1] R . E. B handell and A.J. B ray, P hys. R ev. A 46, R 6154 (1992).
[2] M . Zapotocky, P. M . G oldbart, and N. G olden feld, P hys. R ev. E 51, 1216 (1995).
[3] I. C huang, B. Yurke, A.N.P argellis, and N. Turok, Phys. R ev.E 47, 3343 (1993).
[4] J. B illeter, A.M. Sm ondyrev, G . B . Loriot, and R.A. P elcovits, P hys. R ev.E 60, 6831 (1999).
[5] G. Toulouse, J. P hys. Lett. (P aris) 38, L 67 (1977).
[6] N. D. M erm in, Rev.M od. Phys. 51, 591 (1979).
[7] T.D e'N eve, M . K lem an, and P.N avard, J. Phys. II (France) 2, 187 (1992).
[8] V. P oenaru and G. T oulouse, J. P hys. (P aris) 8, 887 (1977).
[9] C. K obdajand S.Thom as, Nucl. Phys. B 413, 689 (1994).
[10] S. Sukum aran and G.S.R anganath, J. Phys. II (France) 7, 583 (1997).
[11] J. P. Straley, P hys. Rev. A 10, 1881 (1974).
[12] G.R.Luckhurst and S.R om ano, M ol. Phys. 40, 129 (1980).
[13] F. B iscarini, C . C hiccoli, P . P asini, F . Sem eria, and C . Zannoni, Phys. R ev. Lett. 75, 1803 (1995).
[14] C.G.Bac, R . P eredez, C.Vasquez, E.M edina, and A. H asm y, Phys. R ev.E 63, 042701 (2001).
[15] P.E.Lam m ert, D.S.R okhsar, and J. Toner, Phys. R ev.E 52, 1778 (1995).
[16] N . V. P riezjev and R.A. P elcovits, Phys. R ev. E 64, 031710 (2001).
[17] http://w w w physics.brow n .edu/U sers/faculty/pelcovits/biaxial/.


F IG . 1: Log-log plot of the total line length of $C_{v}() ; C_{w}$ (box), and $C_{u}$ (4) class defects for system size $40^{3}$, and param eters $=1=2,=4^{2}=3=1=3$, as a function of tim e after the quench. The data has been averaged over 60 in itial random con gurations.


FIG. 2: The con guration of $C_{u}$ (thin line) and $C_{w}$ (bold line) class defects for system size $40^{3}$, and param eters $=1=2$, $=4^{2}=3=1=3$, at dim ensionless tim e 80 after the quench. $N$ ote that all $C_{v}$ class defects have van ished at this late tim e, therefore $C_{w}$ and $C_{u}$ form nonintersecting loops which coansen independently.


FIG. 3: The con guration of $C_{u}$ (thin line), $C_{v}$ (dotted line), and $C_{w}$ (bold line), class defects for system size $40^{3}$, and param eters $=0,=1$, at dim ensionless tim e 60 after the quench.


F IG . 4: Log-log plot of the total line length of $C_{v}() ; C_{w}$ (box), and $C_{u}$ (4) class defects for system size $60^{3}$, and param eters $=0,=1$, as a function of dim ensionless tim e after the quench. The data has been averaged over 40 in itial random con gurations. W hile in principle the population of the three classes of defects should be equal im $m$ ediately after the quench, there is a sm all di erence in these populations due to the num erical issues discussed in the text follow ing Eq. (10).

